Mini-review: advances in 3D bioprinting of vascularized constructs

Lorenzo Bova 1,2, Fabrizio Billi 2* and Elisa Cimetta 1,3*

Abstract
3D in vitro constructs have gained more and more relevance in tissue engineering and in cancer-modeling. In recent years, with the development of thicker and more physiologically relevant tissue patches, the integration of a vascular network has become pivotal, both for sustaining the construct in vitro and to help the integration with the host tissue once implanted. Since 3D bioprinting is rising to be one of the most versatile methods to create vascularized constructs, we here briefly review the most promising advances in bioprinting techniques.

Keywords: Bioprinting, Vascularization, 3D models

Background
Almost 30 years after Langer [1] introduced the concept of tissue engineering, the field has seen huge progress; in vitro-created tissue patches and organs have already reached clinical use, albeit many challenges are yet to be overcome. In parallel with tissue engineering, 3D in vitro models are also invaluable in cancer research [2]. It is known that the microenvironment plays a crucial role in tumor growth and development, both at the biochemical and biophysical level (structural and soluble component, respectively). Mathematical models strive to capture this complexity and would greatly benefit from the development of novel in vitro systems that better recapitulate the true in vivo behavior of tumors, thus allowing proper model validation and parameter tuning [3]. Metastatic disease is still the cause for >90% of all cancer-related deaths, relying on processes such as epithelial-mesenchymal transition (EMT) [4], extravasation of stem-like cells from the tumor mass [5], and dependence on new vessels formation [6]. Once again, key unknown regulating these phenomena can find answers thanks to the adoption of better in vitro models.

3D bioprinting has risen as one of the most promising engineering techniques to manufacture in vitro tissues, paving the way to create thick cell-laden constructs [7, 8]. However, with thickness comes a new hurdle: the need for vasculature to provide nutrients to the cells in the bulk. Creating vascularized tissue constructs further increased the complexity of in vitro tissues, requiring refined 3D bioprinting techniques, more advanced materials and optimized biological protocols. Several different printing methods fall under the bioprinting category, but only a few have been effectively employed to obtain vascularized constructs.

Extrusion bioprinting: sacrificial inks
Extrusion bioprinting is the cheapest and most versatile technique, not only allowing customization from the engineering perspective (e.g. multi-printheads, coaxial nozzles, microfluidic extrusion) [9–11] but also showing great flexibility in terms of materials choice. Sacrificial inks are fundamental for the successful bioprinting of vascularized constructs: they must enable extrusion in air or in a support bath, and to be liquefied and washed out at some later time, leaving a hollow structure inside a different surrounding material [12]. Sacrificial inks...
include Pluronic F-127 (PLU) [7, 12–14], carbohydrate-glass [15], gelatin [16–18], and agarose [19]. As an example, Kolesky et al. used PLU to create a series of hollow channels inside a gelatin methacrylate (GelMA) chip; these channels were then seeded with human umbilical vein endothelial cell (HUVEC), obtaining perfusable endothelialized vascular channels [13]. In a later work by the same group [7], perfusable constructs with a thickness > 1 cm were realized, showing cell culture and survival for up to 6 weeks, and demonstrating that PLU can be successfully printed in air creating stable freestanding structures with pillars and bridges (Fig. 1a-c). Similarly, Daly et al. created a vascularized construct printing a sacrificial 3D PLU freestanding structure and surrounding it with cell-laden GelMA (Fig. 1d-g); the construct was implanted in a femoral defect in a rat model, showing a higher host osteoclasts and immune cells invasion compared to a non-vascularized construct [20].

**Extrusion bioprinting: support baths**

Although these approaches succeeded in obtaining vascularized tissue patches, they are usually constrained to channel diameters > 200–300 μm and to simple geometries to ensure the stability of the structure. In an effort to overcome such limitations, several studies focused on the optimization of the support bath material, allowing extrusion of more complex 3D vascular networks. Highley et al. developed a self-healing bath based on modified hyaluronic acid which deforms when the nozzle is inserted but quickly heals around the printed material [21]. Bhattacharjee et al. used a Carbopol ETD 2020 granular support gel to print channels with features and internal diameters < 100 μm [22]. Hinton et al. proposed their freeform reversible embedding of suspended hydrogels (FRESH) technique, and developed a slurry containing gelatin microparticles, enabling printing of hydrogels such as alginate, collagen type I, Matrigel and fibrin, which can subsequently be liquified and removed [23]. By bioprinting branched vascular networks and scaled-down models of heart and brain, this study paved the way to their more recent work [24] where the gelatin microparticles diameter was decreased down to ~ 25 μm while maintaining the polydispersity and sphericity. The optimized support bath led to an increased resolution – with printed filaments down to 20 μm in diameter –, and enabled direct printing of collagen, which usually requires some degree of modification or blending with other polymers to be successfully extruded [11, 25, 26]. Building on these results, a scaled-down beating ventricle model, a working tri-leaflet heart valve, and a perfusable multi-scale vasculature – replicated from MRI data – were successfully printed (Fig. 1h-k). Concurrently, Skylar-Scott et al. [18] developed the so-called sacrificial writing into functional tissue (SWIFT) technique, in which a support bath made of dense cellular spheroids sustains the printing of a gelatin sacrificial ink. Cellular spheroids from human embryonic or induced pluripotent stem cells (iPSCs) can be either undifferentiated embryoid bodies (EBs) or differentiated organoids (e.g. cardiac or cerebral). The final result is a branched hierarchical vascular network, successfully endothelialized with HUVECs, enclosed in a compacted tissue construct (Fig. 1l, m). The only limitation was that to maintain high fidelity the diameter of the sacrificial filaments needed to be ~ 400 μm, twice the size of the spheroids. While making a small step back in terms of printing resolution, using spheroids is a leap forward from the biological point of view, opening the way to vascularized constructs made from organoids and multicellular spheroids.

**Extrusion bioprinting: coaxial nozzles**

A different way of using extrusion bioprinting to create hollow channels is integrating two or more coaxial nozzles, where an inner needle with a small diameter extrudes a crosslinker liquid solution (e.g. CaCl) while a concentric larger nozzle extrudes the crosslinkable hydrogel (e.g. alginate). The hydrogel reticulates while being printed, thus retaining its cylindrical hollow shape [9]. Several research papers exploited this technique [27–29], and Jia et al. showed good endothelialization of the hollow channels and a 21-days cell culture under perfusion [30]. More recently, Shao et al. obtained thicker vascularized constructs – up to 1 cm – and were able to combine three coaxial nozzles to yield multicellular tissue matrices [31]. While the main drawback of coaxial bioprinting is in creating bifurcations, it also shares a hurdle with the other extrusion printing techniques in creating hierarchical networks, since vessels are usually created by a single extrusion of filament.

**Stereolithography**

Stereolithography, a maskless photolithography, uses light to crosslink a material with a resolution much higher than any extrusion technique, thus enabling the generation of intricate networks of channels with varying diameters [32, 33]. Customizing a stereolithography apparatus for tissue engineering (SLATE), Grigoryan et al. [34] produced alveolar models that were flexible enough to withstand cyclic ventilation of the hollow internal volumes, while ensuring constant perfusion of human red blood cells in the surrounding branching vascular network (Fig. 1n, o). Their airway-like models successfully oxygenated the perfused blood under cyclic ventilation. To further study the capabilities of their approach they also engineered a vascularized hepatic tissue construct (Fig. 1p).
Fig. 1 (See legend on next page.)
chronic liver injury, these constructs displayed albumin activity and promoted invasion of host blood cells. Moreover, in all their studies they used hydrophilic food additives as photoabsorbers, avoiding one of the main drawbacks of the commonly used photoabsorbers, toxicity.

Conclusions
The vascularization of engineered tissues cannot be achieved using simple methods. The complexity of the tissue construct makes fabrication difficult both from the biological (need for at least two cell types: endothelial and tissue-specific) and the engineering point of view. It also requires long and complex protocols that need to be carefully crafted and standardized to obtain clinically viable and consistent products. A combination of different printing techniques might be the next step in the creation of multi-scale channels and hierarchical branched networks. The choice of materials also plays a pivotal role, usually being a tradeoff between ease of use and biocompatibility. While chemical functionalization and artificial polymers often improve the former, they often hinder the latter, which is usually guaranteed by the use of natural polymers or decellularized extracellular matrices. Several studies have already proven the effectiveness of both natural polymers and decellularized extracellular matrices for in vitro constructs [35, 36], but their use in bioprinting is still limited and requires highly engineered set-ups [24], mainly due to their viscosity and mechanical properties. Interesting results could also be obtained developing and using bioactive materials in combination with stem cells, as in the so-called 4D bioprinting, the printing of materials that can undergo conformational changes as a response to certain stimuli or to the action of cells [37]. Ultimately, surpassing these challenges will ensure the development of fast and consistent bioengineering strategies, scaling up the dimensions, and shifting from producing tissue patches to creating whole organs.

References
1. Langer R, Vacanti JP. Tissue engineering. Science (80-. ). 1993;260:920–8.
2. Fusco P, Pariset C, Ronca P, Levi G, Ugolini F, et al. Cell adhesion heterogeneity of 3D printed vascular networks. Front Bioeng Biotechnol. 2018;6:1.
3. Kolesky DB, Homann KA, Skylar-Scott MA, Lewis JA. Three-dimensional bioprinting of thick vascularized tissues. Proc Natl Acad Sci U S A. 2018;113:3179–84.
8. Noor N, Shapiaia A, Edri R, Gal I, Wertheim L, Dvir T. 3D Printing of Personalized Thick and Perfusable Cardiac Patches and Hearts. Adv Sci. 2019;6(10). John Wiley and Sons Inc. Available from: https://onlinelibrary.wiley.com/doi/full/10.1002/advs.201900344.

9. Zhang Y, Yu Y, Chen H, Ozbolat IT. Characterization of printable cellular micro-fluidic channels for tissue engineering. Biofabrication. 2013;5(2): 025004.

10. Colosi C, Manoharan V, Costantini M, Shin SR, Khademhosseini A, Dentini M, et al. Microfluidic bioprinting of heterogeneous 3D tissue constructs using low-viscosity bioink. Adv Mater. 2015;27:8677–84.

11. Duarte Campos DF, O'Seaghlain C, Avci S, Vogt M, Bonnin Marquez A, Fischer H, et al. Exploring Cancer Cell Behavior In Vitro In Three-Dimensional Multicellular Bioprintable Collagen-Based Hydrogels. Cancers (Basel). 2019;11:180.

12. Wu W, Deconinck A, Lewis JA. Omnidirectional printing of 3D microvascular networks. Adv Mater. 2011;23:3–5.

13. Kolesky DB, Truby RL, Gladman AS, Buttee TA, Homan KA, Lewis JA. 3D bioprinting of vascularized, heterogeneous cell-laden tissue constructs. Adv Mater. 2014;26:3124–30.

14. Ji S, Almeida E, Gavrilire M. 3D bioprinting of complex channels within cell-laden hydrogels. Acta Biomater. 2019;53:14–24 Acta Materialia Inc. Available from: https://doi.org/10.1016/j.actbio.2019.02.038.

15. Miller JS, Stevens KR, Yang MT, Baker BM, Nguyen DHT, Cohen DM, et al. Rapid casting of patterned vascular networks for perfusable engineered three-dimensional tissues. Nat Mater. 2012;11:768–74.

16. Lee VK, Kim DY, Ngo H, Lee Y, Lee Y, Song JJ, et al. Creating perfused functional vascular channels using 3D bio-printing technology. Biomaterials. 2014;35:8902–10.

17. Lee VK, Dai G, Lee Y, Hoo SS. Generation of 3-D gibbostoma-vascule-niche using 3-D bioprinting. 2015 41st Annu Northeast Biomed Eng Conf NEBEC 2015. Institute of Electrical and Electronics Engineers Inc.; 2015.

18. Skylar-Scott MA, Uzel SG, Nam LL, Ahrens JH, Truby RL, Damary JA, et al. Biomanufacturing of organ-specific tissues with high cellular density and embedded vascular channels. Sci Adv. 2019;5:eaaw2459.

19. Bertassoni LE, Dokmeci MR, Araujo WA, Bhise NS, Vrana NE, Ghaemmaghami AM, et al. Direct-write bioprinting of cell-laden methacrylated gelatin hydrogels. Biofabrication. 2014;6:024105.

20. Daly AC, Piratto C, Nuity J, Cunniffe GM, Kelly DJ. 3D printed microchannel networks to direct vascularisation during endochondral bone repair. Biomaterials. 2018;162:34–46.

21. Highley CB, Rodell CB, Burdick JA. Direct 3D printing of sheet-thinning hydrogels into self-healing hydrogels. Adv Mater. 2015;27:5075–9.

22. Bhattacharjee T, Zehnder SM, Rowe KG, Jain S, Nixon RM, Sawyer WG, et al. Writing in the granular gel medium. Sci Adv. 2015;1:4–10.

23. Hinton TJ, Shue H-J, Park JH, Ramadan MH, Feinberg AW, Grodzicki MS, et al. Three-dimensional printing of complex biological structures by freeform reversible embedding of suspended hydrogels. Sci Adv. 2015;1: e1500708.

24. Lee A, Hudson AR, Shivasinski DJ, Taschman JW, Hinton TJ, Yermi S, et al. 3D bioprinting of collagen to rebuild components of the human heart. Science (80- ). 2019;365:482–s.

25. Stratetseff H, Köpf M, Kreimendahl F, Blaser A, Jockenhoevel S, Fischer H. GelMA-collagen blends enable drop-on-demand 3D printability and promote angiogenesis. Biofabrication. 2017;9(4):045002.

26. Kreimendahl F, Duarte Campos DF, Apel C, Thiebes AL, Köpf M, Jockenhoevel S, et al. Three-dimensional printing and angiogenesis: tailored agaroase-type I collagen blends comprise three-dimensional printability and angiogenesis potential for tissue-engineered substitutes. Tissue Eng Part C Methods. 2017;23:604–15.

27. Gao Q, He Y, Zhong FX, Liu A, Ma L. Coaxial nozzle-assisted 3D bioprinting with built-in microchannels for nutrients delivery. Biomaterials. 2015;61: 203–15.

28. Gao G, Lee JH, Jang J, Lee DH, Kong JS, Kim BS, et al. Tissue engineered bio-blood-vessels constructed using a tissue-specific bioink and 3D coaxial cell printing technique: a novel therapy for ischemic disease. Adv Funct Mater. 2017;27:1–12.

29. Zhang Y, Yu Y, Akkouch A, Dababneh A, Dolati F, Ozbolat IT. In vitro study of directly bioprinted perfusable vascular conduits. Biomater Sci. 2015;3: 134–43 Royal Society of Chemistry.

30. Jia W, Gungor-Ozkirim PS, Zhang YS, Yue K, Zhu K, Liu W, et al. Direct 3D bioprinting of perfusable vascular constructs using a blend bioink.